Model of degradation of InGaN/GaN LED during current tests taking into account the inhomogeneous distribution of temperature and current density in the heterostructure
Vyacheslav A. Sergeev, Alexander M. Hodakov, Ilya V. Frolov

Kotelnikov Institute of Radioengineering and Electronics of RAS, Ulyanovsk Branch, http://ulireran.ru/ Ulyanovsk 432071, Russian Federation
E-mail: sva@ulstu.ru, ln23al@yandex.ru, ilya-frolov88@mail.ru
Received June 08, 2020; peer reviewed June 22, 2020; accepted June 30, 2020

Abstract: A diffusion kinetic model of the optical emission power degradation of an LED based on a double InGaN/GaN heterostructure during testing under the direct current is presented. According to the model, the diffusion of Mg impurity atoms from the p-barrier layer of the heterostructure into the active region is main process causing the LED optical power decrease. The model takes into account the effect of inhomogeneous current distribution due to non-uniform heating of the chip by a high-density current and it can be used to predict the lifetime of an LED when operating in continuous and pulsed modes.

Keywords: LED, tests, decrease of emission power, model

UDC 621.382

Acknowledgements: The work was carried out within the framework of the state task and partially was supported by the Russian Foundation for Basic Research and Ulyanovsk region, project number 19-47-730002.

For citation: Vyacheslav A. Sergeev, Alexander M. Hodakov, Ilya V. Frolov. Model of degradation of InGaN/GaN LED during current tests taking into account the inhomogeneous distribution of temperature and current density in the heterostructure. RENSIT, 2020, 12(3):329-34. DOI: 10.17725/rensit.2020.12.329.

1. INTRODUCTION
Improving reliability and extending lifetime is one of the key challenges in LED design. The stability of the electro-optical characteristics of LEDs largely depends on the operating mode and operating conditions. At present, mathematical models based on extrapolation of the experimental studies results of the emission power decrease during accelerated tests under the elevated temperature and current [1-3] and models designed on the basis of a theoretical analysis of physical processes in light emitting heterostructure with prolonged current flow [4,5] are used to predict the LEDs lifetime.

During the growth of the light-emitting InGaN/GaN heterostructure in the magnesium-doped p-GaN barrier layer, electrically neutral magnesium-hydrogen complexes Mg–H are formed. Therefore, in the finished structure, part of the magnesium acts as an acceptor impurity, and part is in a bound state [5]. Under the action of high temperature and electric current, Mg–H com-plexes can be destroyed, which leads to an increase in the effective concentration of acceptors and the formation of free hydrogen. In the scientifical literature it...
is noted that during the operation of the LED, the following diffusion mechanisms in the heterostructure are possible: hydrogen diffusion and magnesium diffusion [4-8]. Diffusion of magnesium from the p-GaN barrier layer into the active region of the heterostructure leads to the formation of additional centers of nonradiative recombination and a decrease of the LED emission power [9,10].

The main factor accelerating the impurities diffusion and the LEDs optical power decrease is the increased temperature of the active region of the chip. It is known that an inhomogeneous current distribution causes overheating of the structure in the chip regions with an increased current density [11]. Due to the action of positive thermal feedback, the current density in some regions of the chip can significantly exceed the average value, which will lead to an acceleration of the rate of optical power degradation. In the known models of InGaN-based LEDs degradation, the effect of positive thermal feedback is not taken into account, and the coefficients of the influence of current and temperature on the dependence of the LED emission power on the operating time are applied independently of each other [2].

The aim of this work is to develop a diffusion model of optical degradation of LEDs based on a double InGaN/GaN heterostructure operating in a direct current mode [12] for a pulsed mode of operation at an increased current density, taking into account the inhomogeneous temperature distribution over the active region.

2. LED DEGRADATION MODEL

The one-dimensional geometry of the kinetic model of LED degradation (Fig. 1) is a part of the semiconductor chip structure, which consists of the following elements: 1 – p-GaN:Mg layer; 2 – In$_x$Ga$_{1-x}$N active layer, thickness $d$ (the relative indium concentration $x$ varies within 0.2 – 0.43); 3 – n-GaN:Si layer.

The mathematical model consists of the following equations:

1) balance equation for determining of the nonequilibrium carriers concentration $n(t)$ in the active region of the LED heterostructure

$$\frac{J(t)}{ed} = (An(t)N_{2av}(t) + Bn(t)^2 + Cn(t)^3) = 0, \quad (1)$$

where $J$ is injection current density; $A$, $B$, $C$ are nonradiative, radiative and Auger recombination coefficients, respectively [13]; $N_{2av}(t)$ is average concentration of impurity atoms in the active region of the structure; $n_0$ is initial carrier concentration; $e$ is electron charge;

2) impurity atoms diffusion equation

$$\frac{\partial N_i(x,t)}{\partial t} = D_i \frac{\partial^2 N_i(x,t)}{\partial x^2} - D_{ie} \frac{\partial N_i(x,t)}{\partial x}, \quad (2)$$

where $i = 1, 2, 3; N_i(x,t)$ is the concentration of impurity atoms in the $i$-th region of the LED structure; $D_i$, $D_{ie}$ are diffusion and electrodiffusion coefficients in the $i$-th region; $E$ is the external electric field strength; $k_B$ is Boltzmann’s constant; $T$ is chip temperature; $q_{ie} = q_i - |e|n_e\sigma_{in}$ is effective charge [14]; $n_e$, $l$ are the concentration and mean electrons free length; $\sigma_{in}$ is the mean cross section for scattering of electrons by ions.

Fig. 1. Geometry of the kinetic model of LED degradation.
The initial concentrations of impurity atoms in the considered regions of the structure $N_{i0}$ and the continuity of the substance flux density at the internal boundaries of the structure are set as the initial and boundary conditions. The model was designed under the following assumptions: nonequilibrium $n$ and $p$ concentrations in the active region are approximately equal; $A$, $B$ and $C$ recombination coefficients do not depend on the $n$ and $p$ concentrations; the active region of the heterostructure is assumed to be a homogeneous medium. Equation (1) is considered in the quasi-stationary approximation, since the carrier density reaches its equilibrium value very quickly compared to the rate of the LEDs degradation.

Equations (1)-(2) were solved by the numerical finite element method using the COMSOL Multiphysics modeling program complex. The injection current density was modeled by the function

$$J(t) = J_0 \sum_{m=0}^{M} \left[ H(t - m \frac{t_p}{K}) - H(t - t_p \left( \frac{m}{K} + 1 \right)) \right],$$

where $H(t)$ is the Heaviside function; $M$ is the total number of pulses in the considered time interval; $m$ is the number of pulses; $t_p$ is the pulse duration; $K$ is duty cycle.

Calculated studies of the LEDs optical power decrease during tests under the pulsed current of increased density were carried out for green LEDs manufactured by Arlight. The geometric dimensions of the chip are 340×270×100 μm, a sapphire substrate, the maximum direct current density is 35 A/cm$^2$, the wavelength at the maximum of the emission spectrum is 525 nm ($\chi = 0.37$ is relative content of indium in the active region). The values of current density $J$, pulse duration $t_p$, and duty cycle $K$ were chosen in the following intervals: $J = (100 ÷ 500)$ A/cm$^2$, $t_p = (100 ÷ 500)$ μs, $K = (0.01 ÷ 0.1)$.

To take into account the effect of positive thermal feedback at high current densities, the diffusion coefficient $D_{ij}$ and electrodiffusion coefficient $D_{el}$ were calculated proceeding from the condition of the inhomogeneous distribution of the current density over the active region of the LED semiconductor structure and the corresponding temperature distribution. For this purpose, thermal 3D modeling of the LED structure was performed and the calculation of the temperature field with inhomogeneous current density over the LED active region was made according to the method presented in [11]. Fig. 2 shows the results of calculating of changes in the maximum values of the current density ($a$) and the temperature of the active region of the chip ($b$) during the action of one current pulse for one of the design options: $J = 500$ A/cm$^2$, $K = 0.1$; $t_p = 500$ μs. It can be seen that the maximum value of the overheating temperature of the active region relative to the ambient temperature (300 K) is 78 K, and the maximum current density increases nonlinearly and by the end of the pulse is 35% higher than the average value of the current density $J = 500$ A/cm$^2$.
The diffusion coefficient value was determined by solving the inverse one-dimensional diffusion problem. To solve, we used the charge carriers concentration distribution profiles, measured by the method of capacitance-voltage characteristics at different time intervals of LED degradation for 12,000 h at a direct current with a density of 30 A/cm², which were taken as a solution to Eq. (2) at the considered time [12].

3. EXPERIMENTAL VALIDATION OF THE MODEL

In Fig. 3a, solid lines show the dependences of the optical power of the LED during its operation in the pulsed mode at three values of the current density, the pulse duration \( t_p = 500 \mu s \), and the duty cycle \( K = 0.1 \), obtained using the developed model. The points on the graph indicate the test results of three groups of LEDs, 5 examples in each group. The dotted line marks the boundaries of the standard deviation. It can be seen from the graph that the experimental dependence \( P(t)/P_0 \) is in good agreement with the dependence calculated using the diffusion kinetic model.

The curves in the Fig. 3 are approximated by a function
\[
P_{opt}(t)/P_{opt0} = -0.08 \ln(f(J)t + 3.73 \times 10^{-6}),
\]
where \( f(J) = 1.084 \times 10^{-7} \exp(7.66 \times 10^{-3}J) \).

An estimate of the operating time \( t_{0.7} \), at which the optical power decreases to 70% of the initial value was made at different values of the current density \( J \) (Fig. 3b). The dependence \( t_{0.7}(J) \) is described by an exponential function
\[
t_{0.7}(J) = \tau e^{-J/J_0},
\]
where \( \tau = 14600 \) h and \( J_0 = 130 \) A/cm² for the specified operating mode of the investigated LEDs.

4. CONCLUSION

The developed diffusion model of degradation of the LED based on a double InGaN/GaN heterostructure makes it possible to obtain the dependence of the optical emission power on the operating time at a constant and/or pulsed current, including at high current densities, which cause overheating of the active region.

![Graph showing the relationship between LED optical power and time](image)

**Fig. 3.** Dependence of the LEDs optical power on time (a) and the dependence of the time \( t_{0.7} \) of the optical power decrease to 70% on the current density (b) when LED operates in a pulsed mode \( (t_p = 500 \mu s, K = 0.1) \).
The model takes into account the effect of inhomogeneous current distribution due to non-uniform heating of the chip by a high-density current. The model can be used to predict the LED lifetime when operating in the nominal mode at a known value of the diffusion coefficient of Mg impurity from the barrier layer to the active region of the heterostructure, which can be obtained from the results of accelerated tests in the pulsed mode at an increased current density.

REFERENCES

1. Xu L-W, Qian K-Y A. Fast Method for Lifetime Estimation of Blue Light-emitting Diode Chips Based on Nonradiative Recombination Defects. IEEE Photonics Journal, 2017, 9(4):8201309.

2. Becirovic V, Helac V, Arslanagic B, Samic H. Effects on LEDs during the Accelerated Ageing Test. 2019, 18th International Symposium INFOTEH-JAHORINA (INFOTEH), 20-22 March 2019, East Sarajevo, Bosnia and Herzegovina.

3. Ruschel J, Glaab J, Beidoun B, Ploch NL, Rass J, Kolbe T, Knauer A, Weyers M, Einfeldt S, Kneissl M. Current-induced degradation and lifetime prediction of 310 nm ultraviolet light-emitting diodes. Photonics Research, 2019, 7(7):836-840.

4. Xu L, Qian K. Aging mathematical model of InGaN/GaN LEDs based on non-radiative recombination. AIP Conference Proceedings, 2017, 1864:020172.

5. De Santi C, Meneghini M, Meneghesso G, Zanoni E. Degradation of InGaN laser diodes caused by temperature- and current-driven diffusion processes. Microelectronics Reliability, 2016, 64:623-626.

6. Renso N, De Santi C, Caria A, Dalla Torre F, Zecchin L, Meneghesso G, Zanoni E, Meneghini M. Degradation of InGaN-based LEDs: Demonstration of a recombination-dependent defect-generation process. Journal of Applied Physics, 2020, 127:185701.

7. Lee S-N, Paek HS, Son JK, Kim H, Kim KK, Ha KH, Nam OH, Park Y. Effects of Mg dopant on the degradation of InGaN multiple quantum wells in AlInGaN-based light emitting devices. J Electroceram, 2009, 23:406-409.

8. Orita K, Meneghini M, Ohno H, Trivellini N, Ikedo N, Takigawa S, Yuri M, Tanaka T, Zanoni E, Meneghesso G. Analysis of Diffusion-Related Gradual Degradation of InGaN-Based Laser Diodes. IEEE Journal of Quantum Electronics, 2012, 48(9).

9. Lee S-N., Paek HS, Son JK, Kim H, Kim KK, Ha KH, Nam OH, Park Y. Effects of Mg dopant on the degradation of InGaN multiple quantum wells in AlInGaN-based light emitting devices. Journal of Electroceramics, 2009, 23(2):406-409.

10. Made RI, Gao Y, Syaranamual GJ, Sasangka WA, Zhang L, Nguyen XS, Tay YY, Herrin JS, Thompson CV, Gan CL. Characterization of defects generated during constant current InGaN-on-silicon LED operation. Microelectronics Reliability, 2017, 76-77:551-552.

11. Sergeev VA, Khodakov AM. Thermoelectric Models of High-Power Bipolar Semiconductor Devices. Part II. Nonlinear Model of LEDs. Journal of Communications Technology and Electronics, 2015, 60(12):1328-1332.

12. Frolov IV, Hodakov AM, Sergeev VA, Radaev OA. Opticheskaya degradatsiya InGaN/GaN svetoizluchayushchego
dioda, vyzvannaya diffuziyey atomov primesi (Optical degradation of an InGaN/GaN light emitting diode caused by diffusion of impurity atoms). *Fundamental'nye problemy radioelektronnogo priborostroyeniya*, 2018, 18(1):33-36 (in Russ.).

13. Schubert EF. *Light-Emitting Diodes*. Great Britain, Cambridge University Press, 2006.

14. Boltaks BI. *Diffuziya i tochechnyye defekty v poluprovodnikakh* (Diffusion and point defects in semiconductors). Leningrad, Nauka Publ., 1972, 384 p.